Supplementary Material

Consistent DSC and TGA methodology as basis for the measurement and comparison of thermo-physical properties of Phase Change Materials

Figure S1. a) DSC 3+, b) DSC 823e, c) TGA/DSC 2.

Calcium bromide hexahydrate  Eicosane  1-octadecanol

Figure S2. Three examples of prepared material for DSC measurement.

Table S1. Enthalpy and onset temperature measured for Parafol 18-97 (octadecane) including their mean and standard deviation.

<table>
<thead>
<tr>
<th>Measurement number</th>
<th>Enthalpy [J g⁻¹]</th>
<th>Onset temperature [°C]</th>
</tr>
</thead>
<tbody>
<tr>
<td></td>
<td>Measured</td>
<td>Mean</td>
</tr>
<tr>
<td>1</td>
<td>224.82</td>
<td>224.75</td>
</tr>
<tr>
<td></td>
<td>224.69</td>
<td></td>
</tr>
<tr>
<td></td>
<td>224.73</td>
<td></td>
</tr>
<tr>
<td>2</td>
<td>221.67</td>
<td>221.28</td>
</tr>
<tr>
<td></td>
<td>221.09</td>
<td></td>
</tr>
<tr>
<td></td>
<td>221.08</td>
<td></td>
</tr>
<tr>
<td>3</td>
<td>225.61</td>
<td>225.72</td>
</tr>
<tr>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td></td>
<td></td>
<td></td>
</tr>
<tr>
<td>-------</td>
<td>-------</td>
<td></td>
</tr>
<tr>
<td>225.76</td>
<td>27.51</td>
<td></td>
</tr>
<tr>
<td>225.78</td>
<td>27.55</td>
<td></td>
</tr>
</tbody>
</table>